Abstract: This study proposes to utilize modified Nano-SiO$_2$/fluorinated polyacrylate emulsion that was synthesized with a semi-continuous starved seed emulsion polymerization to improve the hydrophobicity, thermal stability, and UV-Vis absorption of polyacrylate emulsion film. To verify the proposed method, a series inspection had been conducted to investigate the features of the emulsion film. The morphological analysis indicated that Nano-SiO$_2$ was surrounded by a silane molecule after modification, which can efficiently prevent silica nanoparticles from aggregating. Fourier transform infrared spectra confirmed that modified SiO$_2$ and dodecafluoroheptyl methacrylate (DFMA) were successfully introduced to the copolymer latex. The particle size of latex increased with the introduction of modified Nano-SiO$_2$ and DFMA. UV-Vis absorption spectra revealed that modified silicon nanoparticles can improve the ultraviolet shielding effect obviously. X-ray photoelectron spectroscopy illustrated that the film–air interface was richer in fluorine than film section and the glass side. The contact angle of modified Nano-SiO$_2$/fluorinated polyacrylate emulsion containing 3 wt % DFMA was $112^\circ$, slightly lower than double that of polyacrylate emulsion, indicating composite emulsion films possess better hydrophobicity. These results suggest that introducing modified Nano-SiO$_2$ and fluorine into polyacrylate emulsion can significantly enhance the thermal stability of emulsion films.

Keywords: polyacrylate emulsion; nano-SiO$_2$; fluorine; ultraviolet shielding effect; hydrophobicity
structure of polyacrylate emulsion coating to improve its hydrophobicity. Many studies have shown that combining the advantages of inorganic and organic materials to form organic/inorganic composite coatings is an effective method [8–10]. Among all inorganic materials, such as SiO$_2$, TiO$_2$, Al$_2$O$_3$, ZrO$_2$, and CaCO$_3$, Nano-SiO$_2$ is considered the most promising composite [11]. It can not only significantly improve the mechanical property, heat-resistance, and weather-resistance of a polymer, but also reduce the cost of organic materials and emissions of volatile organic compounds. In addition, owing to the low polarizability and strong electro-negativity of fluorine atoms, fluorine-containing polymer exhibits various merits, such as unique surface and optical properties, high thermal, chemical, and weather resistance [2,12,13]. Therefore, it has been widely applied to material coating [14–17] and many studies on hydrophobic coatings have focused on silica- and fluorine-modified acrylic polymers [18].

In general, there are two common methods to synthesize Nano-SiO$_2$/fluorinated polyacrylate emulsion [19]. For the first method, Liao et al. [20] synthesized silica/polyacrylate hybrid latexes with high silicon contents by directly mixing colloidal silica with polyacrylate emulsion modified by a silane coupling agent. However, heterogeneous dispersion of the inorganic nanoparticles in the polymer matrix is challenging [8,21–23]. In addition, the interaction between inorganic nanoparticles and the organic components was weak in such cases. Another method is based on emulsion polymerization in the presence of Nano-SiO$_2$. For example, Xu et al. [24] reported a poly (methacrylic-methacrylate)/silica hybrid material with high transparency and heat-stability via a sol-gel process. Chen et al. [25] prepared polyester-based polyurethane/silica composite and showed that the composite obtained by in situ polymerization had better mechanical properties than those achieved by the blending method when silica content is high. Zhou et al. [7] synthesized organic fluorine and Nano-SiO$_2$ modified polyacrylate emulsifier-free latex film, via emulsifier-free emulsion polymerization. Although latex film presented excellent mechanical properties and hydrophobicity, current synthesis of Nano-SiO$_2$/fluorinated polyacrylate hydrophobic emulsion still has challenges, such as the usage of organic solvent, which can cause environmental problems. The separation and purification process is also time-consuming and can cause secondary reunion of the Nano-SiO$_2$, which can result in performance deterioration. Therefore, this study intends to improve the hydrophobicity of polyacrylate emulsion film and simultaneously decrease the amount of organic solvent used in the preparation process, coupling reagent modified Nano-SiO$_2$/fluorinated polyacrylate latex particles were synthesized by a semi-continuous starved seed emulsion polymerization with TEOS as precursors for Nano-SiO$_2$. The thermal stability and ultraviolet shielding effect of composite and their impact on the hydrophobicity of the latex film were investigated.

2. Material Preparation and Experiment Setup

2.1. Materials

For the raw materials of this study, the methyl methacrylate (MMA), butyl acrylate (BA), 2-Hydroxyethyl acrylate (HEA) and ethyl silicate (TEOS) of analytical grade were purchased from Shanghai Macklin Biochemical Co. Ltd. (Shanghai, China) and used as the main monomers. The precursors, such as SiO$_2$, methacryloyl-propyl trimethoxysilane (KH-570), alkylphenol ethoxylates (OP-10), and dodecafluoroheptyl methacrylate (DFMA) were provided by Aladdin Chemistry Co. Ltd. (Shanghai, China). Potassium persulfate ($K_2$S$_2$O$_8$, analytical grade) was selected as an initiator, while ammonia and ethanol were obtained from Shanghai Resin Co. Ltd. (Shanghai, China). The deionized water (H$_2$O) was self-prepared in the laboratory. All agents were used without any further purification.

2.2. Preparation and Modification of Silica Nanoparticles

The silica nanoparticles were prepared through the minor modification [26]. With this method, ammonia and ethanol solution were mixed in a three-neck flask in a water bath. The temperature was kept below 50 °C, a certain amount of TEOS was dropwise added to the above solution and stirred for
2 h to acquire silica sol. After several centrifugations and washing with anhydrous ethanol, the silica nanoparticles were successfully prepared. Having been redistributed in the KH-570 solution (5 vol.% KH-570, 45 vol.% ethanol, 50 vol.% H₂O) and vigorously agitated for 15 min, the Nano-SiO₂ would be successfully modified by silane. Finally, the modified Nano-SiO₂ was obtained by high-speed centrifugation followed by vacuum drying at 50 °C for 6 h.

2.3. Preparation of Modified Nano-SiO₂/Fluorinated Polyacrylate Emulsion

The modified Nano-SiO₂/fluorinated polyacrylate emulsion (for convenience, the modified Nano-SiO₂/fluorinated polyacrylate emulsion was abbreviated to Si/F polyacrylate emulsion) was successfully synthesized by a semi-continuous starved seed emulsion polymerization. Firstly, the mixture of MMA, BA, HEA, and modified Nano-SiO₂ was introduced into OP-10 aqueous solution under the condition of vigorous stirring at the 40 °C to form a pre-emulsion I. Then 1/3 pre-emulsion I, H₂O, and K₂S₂O₈ were added to four-neck flask equipped with a reflux condenser, thermometer, and mechanical stirrer, the reaction was kept at 70 °C for 30 min. Subsequently, the remaining 2/3 pre-emulsion I and K₂S₂O₈ solution were dropwise added to the above mixture within 2 h. After that, the reaction continued for another 1 h. Later, a certain amount of mixture containing MMA, BA, HEA, and DFMA were dropped into the flask within 3 h. Lastly, ammonia was slowly appended into the synthesized emulsion to adjust the pH value to between 6 and 8 to yield stable Si/F polyacrylate emulsion after 2 h continuous reaction at 85 °C. The recipes of polyacrylate emulsion are summarized in Tables 1 and 2.

Table 1. Recipes for modified Nano-SiO₂/polyacrylate emulsion without fluorine.

| Ingredients | S1   | S2   | S3   | S4   | S5   | S6   | S7   |
|-------------|------|------|------|------|------|------|------|
| MMA (g)     | 5    | 5    | 5    | 5    | 5    | 5    | 5    |
| BA (g)      | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  |
| HEA (g)     | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  |
| OP-10 (g)   | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  |
| DFMA (g)    | 0    | 0    | 0    | 0    | 0    | 0    | 0    |
| H₂O (g)     | 100  | 100  | 100  | 100  | 100  | 100  | 100  |
| SiO₂ (g)    | 0    | 1.13 | 2.29 | 2.87 | 5.89 | 9.08 | 12.44|
| SiO₂ (wt %) | 0    | 1    | 2    | 2.5  | 5    | 7.5  | 10   |
| Contact angle (θ) | 59  | 67  | 79  | 88  | 90  | 78  | 75   |

Table 2. Recipes for Nano-SiO₂/fluorinated (Si/F) polyacrylate emulsion.

| Ingredients | F1   | F2   | F3   | F4   | F5   | F6   | F7   |
|-------------|------|------|------|------|------|------|------|
| MMA (g)     | 5    | 5    | 5    | 5    | 5    | 5    | 5    |
| BA (g)      | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  | 4.8  |
| HEA (g)     | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  | 1.4  |
| OP-10 (g)   | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  | 0.8  |
| DFMA (g)    | 1.19 | 2.41 | 3.65 | 4.91 | 6.20 | 7.52 | 8.87 |
| H₂O (g)     | 100  | 100  | 100  | 100  | 100  | 100  | 100  |
| SiO₂ (g)    | 5.89 | 5.89 | 5.89 | 5.89 | 5.89 | 5.89 | 5.89 |
| DFMA (wt %) | 1    | 2    | 3    | 4    | 5    | 6    | 7    |
| Contact angle (θ) | 99  | 106 | 112 | 115 | 119 | 122 | 124 |

2.4. Preparation of Latex Film

The Si/F polyacrylate emulsion was cast onto the clean glass plate and formed a uniform latex film at room temperature for 24 h. As shown in the above tables, the reference experiment sample for the modified Nano-SiO₂/polyacrylate latex film is S5 and for Si/F polyacrylate latex film is F3. In the following discussions, unless otherwise stated, modified Nano-SiO₂/polyacrylate latex refers to S5 and Si/F polyacrylate latex refers to F3.
2.5. Characterization Experiments

With the experiment samples, several characterization experiments were conducted. The Fourier transform infrared spectra (FT-IR) test was taken on EQUINOX 55 instruments. The morphologies of Nano-SiO$_2$, modified Nano-SiO$_2$, and composite latex particles were observed, using a transmission electron microscopy (TEM, JEM-2010HR, JEOL, Tokyo, Japan). The contents and elements of the samples were examined with an X-ray photoelectron spectroscopy (XPS, Axis UltraDLD, Shimadzu, Kratos, Japan). The latex particle size distribution was recorded by a ZetaPlus apparatus by Dynamic Light Scattering (DLS, Brookhaven Instrument, NY, USA). The UV-line 9400 type ultraviolet spectrometer was used to test the absorption property of latex films to ultraviolet light. Thermal gravimetric tests (TG 209 F3, NETZSCH, SELB, Germany) were carried out under a nitrogen atmosphere from 25 to 650 °C at a heating rate of 10 °C/min. Contact angles were measured using a sessile drop method on a Dataphysics OCA20CA system (Dataphysics, Filderstadt, Germany) at room temperature. The experiment used deionized water as the probe liquid and the results were acquired 30 s after the dropping of a water drop (3–5 µL) on the latex films.

3. Results and Discussion

3.1. Structure and Morphology of Nano-SiO$_2$, Modified Nano-SiO$_2$, and Si/F Polyacrylate Latex

Figure 1a shows the TEM image of Nano-SiO$_2$. It can be observed that the Nano-SiO$_2$ was densely packed into a large area and exhibits severe aggregations. After modification by KH-570, as shown in Figure 1b,c, the modified silica nanoparticles were presented as separated particles with a diameter of about 50 nm. This can be explained by the silane molecules that on the surface of Nano-SiO$_2$ can prevent the aggregation of the particles due to the steric repulsion and a decrease in surface energy of silica nanoparticles [27]. Therefore, it can be concluded that modification using a silane coupling agent can help Nano-SiO$_2$ disperse in the polyacrylate composite emulsion. Figure 1d shows that the diameter of Si/F polyacrylate latexes are around 80 nm with core-shell structure, where the modified Nano-SiO$_2$ forms the core (black regions) and fluorinated polyacrylate forms the shell (grey regions).

![Figure 1. TEM micrographs of (a) Nano-SiO$_2$, (b,c) modified Nano-SiO$_2$, and (d) Si/F polyacrylate latex.](image-url)
3.2. FT-IR Analysis

Figure 2 shows the FT-IR spectra of Nano-SiO₂, modified Nano-SiO₂, and Si/F polyacrylate latex. The 1100 cm⁻¹ and 468 cm⁻¹ peaks in the Nano-SiO₂ spectrum are the stretching and bending vibration absorption peaks of Si–O–Si, respectively [26]. After modification using KH-570, new characteristic absorption peaks appeared. The peaks located at 2953 cm⁻¹ and 2842 cm⁻¹ are the stretching vibration of C–H belonging to –CH₃ and –CH₂–. The characteristic stretching vibration peak of C=O also appears at 1724 cm⁻¹, indicating that KH-570 molecules were successfully grafted on the surface of Nano-SiO₂ [7,26–28]. In Si/F polyacrylate latex spectrum, the characteristic peaks of C–F, Si–O–Si, and ether [(O=C)–O–C] appear in at 1350–1090 cm⁻¹, 1250–1000 cm⁻¹ and 1075–1020 cm⁻¹, respectively. These peaks almost overlapped each other [29]. In addition, the peak emerged at 690 cm⁻¹ was attributed to the wagging vibration of C–F bonds [30], indicating that DFMA had taken part in the polymerization reaction to form the Si/F polyacrylate latex. All these analyses illustrate that SiO₂ and DFMA were successfully introduced into the polyacrylate by semi-continuous starved seed emulsion polymerization.

![Figure 2. FT-IR spectra of Nano-SiO₂, modified Nano-SiO₂, and Si/F polyacrylate latex.](image)

3.3. Particle Size Distribution of Composite Latex

Figure 3 shows the particle size and size distributions of modified Nano-SiO₂, modified Nano-SiO₂/polyacrylate latex, and Si/F polyacrylate latex. The average diameter of the modified Nano-SiO₂ is 52 nm and the modified Nano-SiO₂/polyacrylate latex and Si/F polyacrylate latex were increased to 76 and 83 nm, respectively. It can be found from Figure 3b,c that there was no modified Nano-SiO₂/polyacrylate latex or Si/F polyacrylate latex particle that was less than 52 nm. This means that all modified Nano-SiO₂ particles were surrounded by an organic layer. Figure 4 shows the influence of DFMA contents on the Si/F polyacrylate latex size. When there is no DFMA (0 wt %), the diameter is equal to 76 nm, in accordance with Figure 3b. The diameter of the emulsion particles increased to 86.5 nm as the DFMA amount increased from 0 to 7 wt %, which confirms that Si/F polyacrylate latex presented a core-shell structure where polyacrylate contained fluorine in the shell layer.
Figure 3. Particle size and distributions of (a) modified Nano-SiO$_2$, (b) modified Nano-SiO$_2$/polyacrylate latex, and (c) Si/F polyacrylate latex.
The peaks at 293 eV, 288 eV, 286 eV, and 284 eV are corresponding to –CF property of the fluorine atom, the fluorinate-contained group preferentially oriented to the film surface during the film formation to decrease surface energy of films [34,35].

Due to low surface energy and the self-aggregated property of the fluorine atom, the fluorinate-contained group preferentially oriented to the film surface during the film formation to decrease surface energy of films [34,35].

In addition, it can be observed from Figure 5c that the signal of fluorine in the film–air interface is more intense than that in the film–glass interface, suggesting that the fluorine content in the film–air interface is higher than that in the film–glass interface. Due to low surface energy and the self-aggregated property of the fluorine atom, the fluorinate-contained group preferentially oriented to the film surface during the film formation to decrease surface energy of films [34,35].

3.4. Surface Analysis of Composite Polyacrylate Emulsion Films

The surface element composition significantly impacts the surface property and hydrophobicity [31] and Figure 5 shows the XPS spectra of Si/F polyacrylate emulsion film at different interfaces. Figure 5a shows the overall XPS spectrum of the Si/F polyacrylate emulsion film. The peaks at 102.34 eV, 153.47 eV, 284.89 eV, 532.16 eV, and 688.65 eV are corresponding to Si2p, Si2s, C1s, O1s, and F1s, respectively [32]. Figure 5b shows the high-resolution XPS spectrum. The appearance of silicon (Si2p, Si2s) and fluorine (F1s) signals in Figure 5a indicates that both the SiO2 and fluorine element are presented at the surface of the composite films [33]. In addition, it can be observed from Figure 5c that the signal of fluorine in the film–air interface is more intense than that in the film–glass interface, suggesting that the fluorine content in the film–air interface is higher than that in the film–glass interface. Due to low surface energy and the self-aggregated property of the fluorine atom, the fluorinate-contained group preferentially oriented to the film surface during the film formation to decrease surface energy of films [34,35].
3.5. Effects of Modified Nano-SiO\textsubscript{2} on UV Shielding Effect of Composite Emulsion Film

Figure 6 shows the UV-Vis absorption spectra of modified Nano-SiO\textsubscript{2}, fluorinated polyacrylate emulsion film, and Si/F polyacrylate emulsion film. The Si/F polyacrylate emulsion film had a strong absorption capacity in the UV range from 200 to 300 nm, while the absorption capacity is much weaker for fluorinated polyacrylate emulsion without SiO\textsubscript{2}. The broad absorption bands of Si/F polyacrylate emulsion film results from the electron transition within the Nano-SiO\textsubscript{2}, as revealed in the modified Nano-SiO\textsubscript{2} spectrum [36]. It can also be seen that adding modified Nano-SiO\textsubscript{2} into polyacrylate emulsion has little impact on the absorption intensity in the visible light region. Thus, it can be concluded that introducing silica nanoparticles into acrylate polymer emulsion can significantly improve the ultraviolet shielding effect of hydrophobic polyacrylate emulsion films.
When the fluorinated group was introduced to the polyacrylate emulsion, the C–F with high bond energy, concentrating on the surface of the latex particles, can prevent other bonds inside the latex particles from fracturing. Therefore, the thermal stability of polyacrylate emulsion film can be improved by introducing modified Nano-SiO$_2$ and fluorinated groups.

3.6. Thermal Stability of Si/F Polyacrylate Emulsion Films

Thermal weight loss curves of the polyacrylate emulsion film, modified Nano-SiO$_2$/polyacrylate emulsion film and Si/F polyacrylate emulsion film are exhibited in Figure 7. It can be seen that the 5% weight reduction of polyacrylate emulsion film, modified Nano-SiO$_2$/polyacrylate emulsion film, and Si/F polyacrylate emulsion film happened at 355 °C, 376 °C, and 390 °C, respectively. This indicates that the thermal stability of the polyacrylate emulsion film was increased by introducing SiO$_2$ and fluorinated groups. Modified Nano-SiO$_2$ can increase the heat resistance of polyacrylate emulsion because of its low thermal conductivity.

In addition, the presence of silicon network (–Si–O–Si–) in the latex films delayed the degradation of composite films, so a higher temperature is required for the same weight loss amount for the modified Nano-SiO$_2$/polyacrylate emulsion films and the Si/F polyacrylate emulsion films [37]. When the fluorinated group was introduced to the polyacrylate emulsion, the C–F with high bond energy, concentrating on the surface of the latex particles, can prevent other bonds inside the latex particles from fracturing. Therefore, the thermal stability of polyacrylate emulsion film can be improved by introducing modified Nano-SiO$_2$ and fluorinated groups.

Figure 6. The UV-Vis absorption spectra of modified Nano-SiO$_2$, fluorinated polyacrylate emulsion film, and Si/F polyacrylate emulsion film.

Figure 7. Thermal gravimetric curves of polyacrylate emulsion film, modified Nano-SiO$_2$/polyacrylate emulsion film, and Si/F polyacrylate emulsion film.
3.7. Hydrophobicity of Si/F Polyacrylate Emulsion Films

The contact angles can directly reflect the hydrophobic property of a composite. Figure 8 and Tables 1 and 2 show the effects of DFMA and modified Nano-SiO$_2$ contents on contact angles of latex films. It can be observed that the contact angles increased with the increasing modified Nano-SiO$_2$ dosages. The increase in modified Nano-SiO$_2$ content may result in an increase in the surface roughness of film, and therefore give rise to increasing contact angles [34,38]. When the content of modified Nano-silica exceeded 5 wt %, the contact angle of the hybrid film gradually decreased with the continuing increase of SiO$_2$. The possible reason is that modified Nano-SiO$_2$ particles were exposed to the surface of the hybrid film, and a portion of Nano-SiO$_2$ particles have not been completely modified by KH-570 carried hydroxyl groups. Therefore, 5 wt % SiO$_2$ was selected for further research in terms of the effects of DFMA contents on the hydrophobic property. Contact angles of latex films also increased considerably with the increase in fluorine monomer dosages. Due to the low surface energy of fluorine element, side chain fluorine-containing groups preferentially migrated to the surface of latex films in the film forming process [39]. When the DFMA dosage is 3 wt %, the contact angle is 112°. However, when the DFMA exceeds 3 wt %, the increment of contact angles start to shrink because the migration of fluorine atoms onto the film surface is hindered by the steric effect of the fluorine-contained groups [40].

![Figure 8](image.png)

Figure 8. Effects of DFMA and modified Nano-SiO$_2$ dosages on contact angles of latex films.

4. Conclusions

In this study, hydrophobic Si/F polyacrylate emulsion was successfully synthesized via a semi-continuous starved seed emulsion polymerization. The analysis of the characteristics of the samples indicates that Nano-SiO$_2$ particles with an average size of 52 nm have been successfully prepared with the sol-gel method. After the modification process, the modified silicon nanoparticles were evenly dispersed in the polyacrylate emulsion and had intensive interaction with the polyacrylate. Fluorine elements were detected at the surface of the composite polyacrylate emulsion film and the content in the film–air interface was higher than that in the film–glass interface, suggesting the fluorine preferentially concentrated on the film–air interface. The modified Nano-SiO$_2$ can provide polyacrylate emulsion film with an obvious UV shielding effect. The thermal stability of polyacrylate emulsion films was also improved by the modified Nano-SiO$_2$ and fluorine (5% weight reduction of polyacrylate emulsion film occurred at 355 °C, while Si/F polyacrylate emulsion film at 390 °C). Most importantly, the introduction of modified Nano-SiO$_2$ and fluorinate groups can significantly enhance the hydrophobicity of latex films. When the content of modified Nano-SiO$_2$ is 5 wt %, the latency
film can reach its optimal hydrophobicity. Based on this silica dosage, as the weight fraction of DFMA is increased to 3 wt % from 0, the contact angle will also increase by 22°. The results of this study reveal that the prepared polyacrylate emulsion has great promise in the area of waterproof coating, surface coatings for paper, leather, textiles, and the walls of buildings.

Author Contributions: Conceptualization, W.Y.; Methodology, L.L. (Lifang Liu); Validation, H.W.; Formal Analysis, X.Y.; Investigation, X.Y.; Resources, B.Z.; Data Curation, T.X.; Writing-Original Draft Preparation, T.X. and Q.X.; Writing-Review and Editing, J.C.; Visualization, L.L. (Li Li).

Acknowledgments: The authors gratefully acknowledge the financial support of Natural Science Foundation of Guangdong Province (No. 2016A03013475, China), Dongguan Science and Technology Project (No. 201521510201, China), the Project of Science and Technology of Guangdong Province (No. 2015B010135009, China) and Guangzhou Science and Technology Program (201704030137).

Conflicts of Interest: The authors declare no conflict of interest.

References
1. Miao, H.; Bao, F.; Cheng, L.; Shi, W. Cotton fabric modification for imparting high water and oil repellency using perfluoroalkyl phosphate acrylate via γ-ray-induced grafting. Radiat. Phys. Chem. 2010, 79, 786–790. [CrossRef]
2. Chakrabarty, A.; Ponnapandian, S.; Kang, N.-G.; Mays, J.W.; Singha, N.K. Designing superhydrophobic surface based on fluoropolymer-silica nanocomposite via RAFT-mediated polymerization-induced self-assembly. J. Polym. Sci. Part A Polym. Chem. 2018, 56, 266–275. [CrossRef]
3. Pramanik, N.B.; Mondal, P.; Mukherjee, R.; Singha, N.K. A new class of self-healable hydrophobic materials based on ABA triblock copolymer via RAFT polymerization and Diels-Alder “click chemistry”. Polymer 2017, 119, 195–205. [CrossRef]
4. Yilmaz, O. A hybrid polyacrylate/OMMT nanocomposite latex: Synthesis, characterization and its application as a coating binder. Prog. Org. Coat. 2014, 77, 110–117. [CrossRef]
5. Cui, M.; Liu, C.; Xu, Q.; Li, R. Effect of hybrid emulsifier (reactive coupling with anionic) on the properties of acrylic emulsion. J. Adhes. Sci. Technol. 2015, 29, 1758–1769. [CrossRef]
6. Zhou, J.; Chen, X.; Duan, H.; Ma, J. Fluorosilicone modified polyacrylate emulsifier-free latex: Synthesis, properties, and application in fabric finishing. Fibers Polym. 2017, 18, 625–632. [CrossRef]
7. Zhou, J.; Chen, X.; Duan, H.; Ma, J.; Ma, Y. Synthesis and Characterization of nano-SiO2 modified fluorne-containing polyacrylate emulsifier-free emulsion. Appl. Surf. Sci. 2015, 331, 504–511. [CrossRef]
8. Huang, X.; Liao, W.; Ye, L.; Zhang, N.; Lan, S.; Fan, H.; Qu, J. Fabrication of hydrophobic composite films by sol-gel process between POSS-containing fluorinated polyacrylate latexes and colloidal silica particles. Microporous Mesoporous Mater. 2017, 243, 311–318. [CrossRef]
9. Wang, Y.; Liu, F.; Xue, X. Morphology and properties of UV-curing epoxy acrylate coatings modified with methacryl-POSS. Prog. Org. Coat. 2015, 78, 404–410. [CrossRef]
10. Zhai, W.; Wu, Z.-M.; Wang, X.; Song, P.; He, Y.; Wang, R.-M. Preparation of epoxy-acrylate copolymer@nano-TiO2 Pickering emulsion and its antibacterial activity. Prog. Org. Coat. 2015, 87, 122–128. [CrossRef]
11. Berbar, Y.; Amara, M.; Ammi-said, A.; Yuan, S.; Van der Bruggen, B. New method for silica embedding on a PES membrane surface via in situ sol gel process and immobilization in a polyamide thin film composite. J. Environ. Chem. Eng. 2017, 5, 3604–3615. [CrossRef]
12. Jiang, Y.; Li, L.; Liu, J.; Wang, R.; Wang, H.; Tian, Q.; Li, X. Hydrophobic films of acrylic emulsion by incorporation of fluorine-based copolymer prepared through the RAFT emulsion copolymerization. J. Fluor. Chem. 2016, 183, 82–91. [CrossRef]
13. Liang, J.; He, L.; Dong, X.; Zhou, T. Surface self-segregation, wettability, and adsorption behavior of core–shell and pentablock fluorosilicone acrylate copolymers. J. Colloid Interface Sci. 2012, 369, 435–441. [CrossRef] [PubMed]
14. Lü, T.; Qi, D.; Zhang, D.; Liu, Q.; Zhao, H. Fabrication of self-cross-linking fluorinated polyacrylate latex particles with core-shell structure and film properties. React. Funct. Polym. 2016, 104, 9–14. [CrossRef]
15. Cai, L.; Dai, L.; Yuan, Y.; Liu, A.; Zhanxiong, L. Synthesis of novel polymethacrylates with siloxyl bridging perfluoroalkyl side-chains for hydrophobic application on cotton fabrics. *Appl. Surf. Sci.* 2016, 371, 453–467. [CrossRef]

16. Koiry, B.P.; Ponnapandian, S.; Choudhury, S.; Singha, N.K. Syntheses and morphologies of fluorinated diblock copolymer prepared via RAFT polymerization. *J. Fluor. Chem.* 2016, 189, 51–58. [CrossRef]

17. Chakrabarty, A.; Ponnapandian, S.; Naskar, K.; Singha, N.K. Nanoclay stabilized Pickering miniemulsion of fluorinated copolymer with improved hydrophobicity via RAFT polymerization. *RSC Adv.* 2016, 6, 34987–34995. [CrossRef]

18. Xu, W.; An, Q.; Hao, L.; Huang, L. Synthesis, film morphology, and performance of cationic fluorinated polyacrylate emulsion with core-shell structure. *J. Appl. Polym. Sci.* 2012, 125, 2376–2383. [CrossRef]

19. Zhao, F.; Zeng, X.; Li, H.; Zhang, J. Preparation and characterization of nano-SiO$_2$/fluorinated polyacrylate composite latex via nano-SiO$_2$/acrylate dispersion. *Colloids Surf. A Physicochem. Eng. Asp.* 2012, 396, 328–335. [CrossRef]

20. Liao, W.; Teng, H.; Qu, J.; Masuda, T. Fabrication of chemically bonded polyacrylate/silica hybrid films with high silicon contents by the sol–gel method. *Prog. Org. Coat.* 2011, 71, 376–383. [CrossRef]

21. Qu, A.; Wen, X.; Pi, P.; Cheng, J.; Yang, Z. Synthesis of composite particles through emulsion polymerization based on silica/fluoroacrylate-siloxane using anionic reactive and nonionic surfactants. *J. Colloid Interface Sci.* 2008, 317, 62–69. [CrossRef][PubMed]

22. Li, J.; Zhong, S.; Chen, Z.; Yan, X.; Li, W.; Yi, L. Fabrication and properties of polysilsesquioxane-based trilayer core–shell structure latex coatings with fluorinated polyacrylate and silica nanocomposite as the shell layer. *J. Coat. Technol. Res.* 2018, 15, 1077–1088. [CrossRef]

23. Zhou, J.; Chen, X.; Duan, H.; Ma, J. Synthesis and characterization of organic fluorine and nano-SiO$_2$ modified polyacrylate emulsifier-free latex. *Prog. Org. Coat.* 2015, 89, 192–198. [CrossRef]

24. Xu, W.; An, Q.; Hao, L.; Zhang, D.; Zhang, M. Synthesis of self-crosslinking fluorinated polyacrylate soap-free latex and its waterproofing application on cotton fabrics. *Fibers Polym.* 2014, 15, 457–464. [CrossRef]

25. Chen, Y.; Zhou, S.; Yang, H.; Wu, L. Structure and properties of polyurethane/nanosilica composites. *J. Appl. Polym. Sci.* 2005, 95, 1032–1039. [CrossRef]

26. Liu, Y.; Wei, R.; Lin, O.; Zhang, W.; Du, Y.; Wang, C.; Zhang, C. Enhanced Hydrophilic and Antipollution Properties of PES Membrane by Anchoring SiO$_2$/HPAN Nanomaterial. *ACS Sustain. Chem. Eng.* 2017, 5, 7812–7823. [CrossRef]

27. Wang, Y.; Li, Y.; Zhang, R.; Huang, L.; He, W. Synthesis and characterization of nanosilica/polyacrylate composite latex. *Polym. Compos.* 2006, 27, 282–288. [CrossRef]

28. Romo-Uribe, A.; Arcos-Casarrubias, J.A.; Reyes-Mayer, A.; Guardian-Tapia, R. Acrylate hybrid nanocomposite coatings based on SiO$_2$ nanoparticles. In-situ semi-batch emulsion polymerization. *Eur. Polym. J.* 2016, 76, 170–187. [CrossRef]

29. Kim, D.H.; Lee, Y.H.; Park, C.C.; Kim, H. Do Synthesis and surface properties of self-crosslinking core–shell acrylic copolymer emulsions containing fluorine/silicone in the shell. *Colloid Polym. Sci.* 2014, 292, 173–183. [CrossRef]

30. Cheng, X.; Chen, Z.; Shi, T.; Wang, H. Synthesis and characterization of core-shell LIPN-fluorine-containing polyacrylate latex. *Colloids Surfaces A Physicochem. Eng. Asp.* 2007, 292, 119–124. [CrossRef]

31. Zhang, C.; Chen, Y. Investigation of fluorinated polyacrylate latex with core-shell structure. *Polym. Int.* 2005, 54, 1027–1033. [CrossRef]

32. Cui, X.; Zhong, S.; Yan, J.; Wang, C.; Zhang, H.; Wang, H. Synthesis and characterization of core–shell SiO$_2$-fluorinated polyacrylate nanocomposite latex particles containing fluorine in the shell. *Colloids Surf. A Physicochem. Eng. Asp.* 2010, 360, 41–46. [CrossRef]

33. Yan, Z.; Liu, W.; Gao, N.; Wang, H.; Su, K. Synthesis and properties of a novel UV-cured fluorinated siloxane graft copolymer for improved surface, dielectric and tribological properties of epoxy acrylate coating. *Appl. Surf. Sci.* 2013, 284, 683–691. [CrossRef]

34. Yang, F.; Yang, W.; Zhu, L.; Chen, Y.; Ye, Z. Preparation and investigation of waterborne fluorinated polyacrylate/silica nanocomposite coatings. *Prog. Org. Coat.* 2016, 95, 1–7. [CrossRef]

35. Zhou, J.; Chen, X.; Ma, J. Synthesis of cationic fluorinated polyacrylate copolymer by RAFT emulsifier-free emulsion polymerization and its application as waterborne textile finishing agent. *Dyes Pigment.* 2017, 139, 102–109. [CrossRef]
36. Ma, J.-Z.; Hu, J.; Zhang, Z.-J. Polyacrylate/silica nanocomposite materials prepared by sol-gel process. *Eur. Polym. J.* 2007, 43, 4169–4177. [CrossRef]

37. Pathak, S.S.; Sharma, A.; Khanna, A.S. Value addition to waterborne polyurethane resin by silicone modification for developing high performance coating on aluminum alloy. *Prog. Org. Coat.* 2009, 65, 206–216. [CrossRef]

38. Chau, T.T.; Bruckard, W.J.; Koh, P.T.L.; Nguyen, A.V. A review of factors that affect contact angle and implications for flotation practice. *Adv. Colloid Interface Sci.* 2009, 150, 106–115. [CrossRef] [PubMed]

39. Zhang, C.; Xu, T.; Bao, Z.; Fu, Z.; Chen, L. Synthesis and characterization of polyacrylate latex containing fluorine and silicon via semi-continuous seeded emulsion polymerization. *J. Adhes. Sci. Technol.* 2017, 31, 1658–1670. [CrossRef]

40. Zhou, J.; Zhang, L.; Ma, J. Fluorinated polyacrylate emulsifier-free emulsion mediated by poly(acrylic acid)-b-poly(hexafluorobutyl acrylate) trithiocarbonate via ab initio RAFT emulsion polymerization. *Chem. Eng. J.* 2013, 223, 8–17. [CrossRef]

© 2019 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).